Occupational Exposure to Dust Produced when Milling Thermally Modified Wood

Alena Očkajová 1, Martin Kučerka 1, Richard Kminiak 2, Ľuboš Krišták 2*, Rastislav Igaz 2

1 Faculty of Natural Sciences, Matej Bel University, 97401 Banská Bystrica, Slovakia; alena.ockajova@umb.sk (A.O.); martin.kucerka@umb.sk (M.K.)
2 Faculty of Wood Sciences and Technology, Technical University in Zvolen, 96001 Zvolen, Slovakia; richard.kminiak@tuzvo.sk (R.K.); igaz@tuzvo.sk (R.I.); reh@tuzvo.sk (R.R.)
* Correspondence: kri斯塔k@tuzvo.sk

Received: 31 January 2020; Accepted: 21 February 2020; Published: 25 February 2020

Abstract: During production, thermally modified wood is processed using the same machining operations as unmodified wood. Machining wood is always accompanied with the creation of dust particles. The smaller they become, the more hazardous they are. Employees are exposed to a greater health hazard when machining thermally modified wood because a considerable amount of fine dust is produced under the same processing conditions than in the case of unmodified wood. The International Agency for Research on Cancer (IARC) states that wood dust causes cancer of the nasal cavity and paranasal sinuses and of the nasopharynx. Wood dust is also associated with toxic effects, irritation of the eyes, nose and throat, dermatitis, and respiratory system effects which include decreased lung capacity, chronic obstructive pulmonary disease, asthma and allergic reactions. In our research, granular composition of particles resulting from the process of longitudinal milling of heat-treated oak and spruce wood under variable conditions (i.e., the temperature of modification of 160, 180, 200 and 220 °C and feed rate of 6, 10 and 15 m.min⁻¹) are presented in the paper. Sieve analysis was used to determine the granular composition of particles. An increase in fine particle fraction when the temperature of modification rises was confirmed by the research. This can be due to the lower strength of thermally modified wood. Moreover, a different effect of the temperature modification on granularity due to the tree species was observed. In the case of oak wood, changes occurred at a temperature of 160 °C and in the case of spruce wood, changes occurred at the temperatures of 200 and 220 °C. At the temperatures of modification of 200 and 220 °C, the dust fraction (i.e., that occurred in the mesh sieves, particles with the size ≤ 0.08 mm) ranged from 2.99% (oak wood, feed rate of 10 m.min⁻¹) to 8.07% (spruce wood, feed rate of 6 m.min⁻¹). Such particles might have a harmful effect on employee health in wood-processing facilities.

Keywords: wood dust; occupational exposure; thermowood; oak; spruce; granularity

1. Introduction

Thermowood is a thermally modified material having interesting properties. High temperature (besides steam and water) is mostly used to modify wood resulting in changes in chemical properties of individual wood components. The result is wood produced with new physical and mechanical properties. Its main positive features include reduced moisture absorption, dimension stability, biological resistance, the attractive appearance of thermally modified wood, the ability to use wood with no surface treatment, a long life cycle (50 years), lower thermal conductivity (suitable for terrace areas), higher surface hardness (abrasive surfaces), greater crack resistance, etc. Thanks to its numerous advantageous properties, thermally modified wood has increasingly been used as a
suitable material in the production of floors, stairs, ceilings, paneling, elements of building facades, and humid facilities such as saunas, wellness centres and bathrooms [1–8]. On the other hand, cell wall degradation of hemicelluloses and development of nano- and microcracks are great disadvantages of thermally modified wood that result in reducing the wood strength (especially bending and tensile strength) and toughness limiting the use of thermally modified wood mainly in construction [9–11].

During production, thermally modified wood is processed with the same machining operations as unmodified wood. It is necessary to be familiar with the behavior of thermally modified wood in these processes [12–15]. While there is an increasing amount of performance data for thermally modified tree species, there is limited quantitative information about the machining and processing qualities of thermally modified wood compared to unmodified wood [16]. Thermal modification effects many parameters in the machining process, such as the surface quality of milled wood [17,18], sanded wood [19–21], and energy efficiency in cutting/milling/sawing process [22,23] etc.

Wood machining (thermal or native) is always accompanied with creation of dust particles that are more hazardous the smaller they become [24,25]. Particles with the size ≤0.08 mm settle very slowly or do not settle at all (<10µm) and predominate in contaminated air. These particles are dangerous for humans due to their ability to penetrate deep into the airways, including the lung alveoli [26–28].

According to some authors, wood dust is more dangerous that formaldehyde [29]. Occupational exposure to wood dust affects 3.6 million workers within the European Union (EU) [30].

Exposure to wood dust is associated with specific health issues. Wood dust is considered carcinogenic to humans (Group 1) according to the International Agency for Research on Cancer (IARC). The IARC states that wood dust causes cancer of the nasal cavity and paranasal sinuses and of the nasopharynx. Wood dust is also associated with toxic effects, irritation of the eyes, nose and throat, dermatitis, and respiratory system effects which include decreased lung capacity, chronic obstructive pulmonary disease, asthma and allergic reactions [31–36]. It should be considered that the carcinogenicity of dust from thermally modified wood is at least the same as that of dust from unmodified wood, although there are no comprehensive data on the influence of thermal wood modification on the potential harmfulness of dust [37]. However a considerable amount of fine dust are produced under the same processing conditions in the case of machining thermally modified wood when compared to the case of unmodified wood. This result was confirmed in the case of wood sawing [20,38,39] and in the case of wood cutting [40,41]. Also the effect of thermal modification on forming particles or dust must be investigated, either in terms of further utilization or in terms of assessing the health and safety risk [42–45].

Since problems with wood dust were confirmed by many epidemiologic studies [46–48], producers have made great efforts to minimize it. There are three basic ways to reduce the danger of the wood dust occupational exposure, namely use of the proper protective equipment such as face masks, the use of dust control equipment and/or the use of proper technological parameters of processing to minimize the creation of the most dangerous dust (the smallest elements) [49–52].

The aim of the paper is to determine if there is a statistically significant effect of the temperature of treatment and/or the feed rate on the granular composition of particles from the longitudinal milling of thermally modified spruce and oak wood, and if there are any differences in the composition of particles between thermally modified and unmodified wood.

2. Materials and Methods

2.1. Samples

Sessile oak (Quercus petraea) and Norway spruce (Picea abies) were used to produce samples. Sessile oak and Norway spruce were harvested in the area of Vlčí jarok (Budča), 440 m. above sea level (a. s. l.). Radial boards from the trunks of oak and spruce were sawn and subsequently processed to form samples with the dimensions of 20 × 100 mm with the length of approximately 700 mm. The samples were dried to the moisture content of 8%. The process was carried out in the premises of the Research and Development Workshops of the Technical University in Zvolen.
2.2. Methods of Thermal Modification and Processing the Samples

Samples with the dimensions of $20 \times 100 \times 700$ mm were thermally modified in the Arboretum in Kostelec nad Černými lesy at the Faculty of Forestry and Wood Sciences (Czech University of Life Science in Prague). The wood samples were modified in a thermal chamber type S400/03 (LAC Ltd., Židlochovice, Czech Republic) using ThermoWood technology. Five pieces of samples were prepared to be used in each mode of thermal modification.

Thermal modification at the individual temperatures, as well as the phases of heating, modifying and cooling of individual tree species and time of application, are described in the paper in more detail [42].

2.3. Machines and Equipment

A lower spindle milling machine ZDS-2 (Liptovské strojárne, Slovakia) was used in the experiment. A feeding mechanism Frommia ZMD 252/137 (Maschinenfabrik Ferdinand Fromm, Fellbach, Germany) was used for feeding.

Equipment—milling head FH 45 Staton SZT (Turany, Slovakia), with the parameters: milling machine body with the diameter of 125 mm, diameter with a knife—130 mm, thickness of the component of 45 mm, number of knives—2, material for making the knife—steel Maximum Special 55: 1985/5, rake angle $\gamma = 25^\circ$.

2.4. Cutting Conditions

- cutting speed $v_c = 40 \text{ m\cdot s}^{-1}$
- feed rate $v_f = 6, 10, 15 \text{ m\cdot min}^{-1}$
- depth of cut = 1 mm.

2.5. Granularity Analysis

The method of isokinetic sampling was used to extract samples for granular analysis of particles generated by the process of milling. The samples were extracted from the exhaust system in accordance with the standard STN 9096 (83 4610): “The manual determination of the mass concentration of solid pollutants” during the milling of individual heat-treated wood samples.

The granular composition of particles was determined using the sieve analysis. A standard set of superimposed sieves (2 mm, 1 mm, 0.5 mm, 0.25 mm, 0.125 mm, 0.080 mm, 0.063 mm, 0.032 mm and the bottom) on the vibrating stand of the sieving machine Retsch AS 200c (Retsch GmbH, Haan, Germany) with an adjustable sieving interruption frequency (20 s) and a sieve deflection amplitude (2mm/g), in accordance with STN 153105/STN ISO 3310-1 was used.

The granular composition was determined by weighing the portion that remained in the mesh sieves after sieving with an electronic weighing scale Radwag WPS 510/C/2 (Radwag Balances and Scales, Radom Poland) with a capacity of 510 g and an accuracy of weighing of 0.001 g. Three sieve analyses were conducted in the case of each mode and the results were evaluated statistically. The gathered data were analyzed using the multiple factor analysis of variance (ANOVA) in order to determine the statistical dependence of the percentage of individual granular particles on the monitored parameters.

3. Results and Discussion

The results are presented as percentages of particles on individual mesh sieves in the case of both oak wood and spruce wood (Tables 1, 2 and 3).

Table 1. Percentage of particles on individual mesh sieves in the case of both oak wood and spruce wood with feed rate $v_f = 6 \text{ m\cdot min}^{-1}$. 
| Sieve  | Oak       | Spruce    |
|--------|-----------|-----------|
|        | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    |
| 2 mm   | 59.2 1.17 | 0.9 1.36  | 1.81 72.77| 83.97 76.81| 28.15 3.23|
| 1 mm   | 21.6 20.62| 13 17.19  | 13.57 18.32| 10.9 13.77| 17.04 14.52|
| 0.5 mm | 11.8 44.75| 44.84 39.82| 33.94 6.93 | 3.85 6.52 | 27.41 34.68|
| 0.25 mm| 5.4 24.9  | 32.74 29.86| 34.39 1.49 | 0.64 1.45 | 20.74 29.03|
| 0.125 mm| 1.6 6.61  | 7.62 9.05  | 11.99 0.5  | 0.64 0.72 | 5.19 10.48|
| 0.08 mm| 0.4 1.56  | 0.9 1.81  | 2.94 0.0  | 0 0.72 1.48 | 4.03 |
| 0.063 mm| 0 0.39  | 0 0.45  | 0.68 0.0  | 0 0 0 3.23 |
| 0.032 mm| 0 0 0 0  | 0.45 0.68 | 0 0 0 0 0.81 |
| Bottom | 0 0 0 0  | 0 0 0 0 0 0 |

Table 2. Percentage of particles on individual mesh sieves in the case of both oak wood and spruce wood with feed rate \( v_f = 10 \text{ m/min} \).

| Sieve  | Oak       | Spruce    |
|--------|-----------|-----------|
|        | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    |
| 2 mm   | 53.35 3.09| 1.67 2.65  | 3.4 67.94  | 73.65 58.91| 15.54 1.65|
| 1 mm   | 27.25 27.41| 18.83 20.35| 16.17 22.49| 19.76 27.13| 25 19.01 |
| 0.5 mm | 13.16 43.24| 48.12 42.48| 35.32 7.18 | 4.79 10.85 | 34.46 43.8 |
| 0.25 mm| 5.08 20.85| 25.1 25.66 | 31.49 1.44 | 1.2 2.33 18.24 | 23.97 |
| 0.125 mm| 0.92 4.63 | 5.44 7.08 | 10.64 0.96 | 0.6 0.78 4.73 | 6.61 |
| 0.08 mm| 0.23 0.77  | 0.84 1.77 | 2.13 0 0 1.35 | 2.48 |
| 0.063 mm| 0 0 0 0  | 0.43 0 0 0 0 6.81 | 1.65 |
| 0.032 mm| 0 0 0 0  | 0.43 0 0 0 0 0 0.83 |
| Bottom | 0 0 0 0  | 0 0 0 0 0 0 0 0 |

Table 3. Percentage of particles on individual mesh sieves in the case of both oak wood and spruce wood with feed rate \( v_f = 15 \text{ m/min} \).

| Sieve  | Oak       | Spruce    |
|--------|-----------|-----------|
|        | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    | Native    | 160 °C    | 180 °C    | 200 °C    | 220 °C    |
| 2 mm   | 46 7.97   | 6.12 7.92 | 6.36 73.16| 76.4 51.05| 17.01 4.03|
| 1 mm   | 33.6 33.56| 26.12 26.92| 20.91 20.53| 18.63 34.97| 32.65 25 |
| 0.5 mm | 14.4 36.45| 40.82 38.69| 32.27 4.21 | 3.11 11.19 | 29.93 35.48|
| 0.25 mm| 4.8 17.08 | 20.82 20.36| 27.27 1.58 | 1.24 2.1 14.97 | 24.19 |
| 0.125 mm| 0.8 3.8  | 4.49 4.75 | 9.55 0.53 | 0.62 0.7 4.08 | 6.45 |
| 0.08 mm| 0.4 0.76  | 0.82 0.9  | 2.27 0 0 1.36 | 2.42 |
| 0.063 mm| 0 0.38  | 0.41 0.23 | 0.91 0 0 0 1.61 |
| 0.032 mm| 0 0 0.41 | 0.23 0.45 | 0 0 0 0 0.81 |
| Bottom | 0 0 0 0  | 0 0 0 0 0 0 |

The data generated indicate that in the case of sessile oak, the percentage of particles in individual mesh sieves was different depending upon the modification temperature. There was a decrease in coarse fraction (Figure 1) and an increase in the medium coarse fraction (Figure 2) and the fine fraction (Figure 3) when the temperature of wood modification increased for all three feed rates. In the case of rising temperature, the percentage of very fine particles and sawdust (Figure 4) increase probably as a result of reducing wood strength and toughness (i.e., an increase in the brittleness of wood). Significant changes in stratification of particles occurred at a temperature of 160 °C.
Figure 1. Percentage of particles in the mesh size of 2 mm and 1 mm—coarse fraction depending upon the temperature modification of oak and spruce.

Figure 2. Percentage of particles in the mesh size of 0.5 mm and 0.250 mm—medium coarse fraction depending upon the temperature modification of oak and spruce.
In the case of Norway spruce, a softwood tree, the pattern of granular composition development of particles differed from those of oak. It is supposed that due to the rising temperature, the changes in chemical components (especially lignin) occurred later compared to broad-leaved trees (with higher percentage of hemicelluloses) that degrade at the lower temperature [53]. Significant changes in stratification of spruce wood particles occurred at a temperature of 200 °C.

In the case of unmodified spruce wood and spruce wood modified at temperatures of 160 and 180 °C, similar percentages of spruce wood particles were found in the mesh sizes of 2 and 1 mm (so called coarse fraction). The individual percentages of particles were not affected by the feed rate in the selected interval. At a temperature modification of 200 °C, the percentage of coarse fraction was approximately halved in comparison to the native wood. At a temperature of 220 °C, the percentage of coarse fraction was approximately only one third in comparison to the native wood.

At the temperatures of modification of 200 and 220 °C, the percentage of particles in the mesh sieves 0.5 and 0.025 (Figure 2) increased significantly in all cases of feed rate. Similar results were observed in the fine fraction (Figure 3).
Figure 4. Percentage of very fine particles in the mesh size 0.063 mm, 0.032 mm and the bottom—fine fraction depending upon the modification temperature of oak and spruce.

In terms of safety and health risk, the very fine fraction (Figure 4), (i.e., elements with the size ≤0.08 mm) are considered the most harmful. The generation of very fine particles did not occur during the process of milling the native wood (or their values were very low). In the case of oak wood, it was from 0.23% to 0.40%. In the case of spruce wood and the temperatures of modification of 160 and 180 °C, these particles were not observed either. However when the temperature was further increased, sawdust occurred. In the case of oak and spruce, the highest values 4.3% were at a modification temperature of 220 °C and feed rate of 6 m·min⁻¹. In the case of spruce wood, the value was 8.07%. This represents the percent fraction that can result in health and safety risk in the workplaces specialized in woodworking operations [43]. The aforementioned effect is even more significant when using profile knives with higher number of cutting edges.

Statistical analysis was carried out individually for each granular particle size fraction, (i.e., coarse, medium coarse and fine fraction) for data shown in Tables 4, 5 and 6. Following the statistical evaluation, these findings can be stated:

- statistical importance of the factor of tree species was proven;
- statistical importance of the factor of thermal modification was proven;
- the factor tree species is statistically more important than thermal modification;
- statistical importance of the factor of feed rate was not proven.

Table 4. Multiple factor analysis of variance in the case of coarse fraction.
Table 5. Multiple factor analysis of variance in the case of medium coarse fraction.

| Factor                          | SS    | Degrees of Freedom | MS       | F-Value | p-Value |
|--------------------------------|-------|--------------------|----------|---------|---------|
| Feed rate                      | 314.67| 2                  | 157.34   | 3.281   | 0.040291|
| Tree species                   | 9544.08| 1                  | 9544.08  | 199.049 | 0.000000|
| Thermal modification           | 14,773.55| 4                  | 3693.39  | 77.028  | 0.000000|
| Feed rate × Tree species       | 152.72| 2                  | 76.36    | 1.593   | 0.206836|
| Feed rate × Thermal modification | 78.95 | 8                  | 9.87     | 0.206   | 0.989510|
| Tree species × Thermal modification | 6720.21| 4                  | 1680.05  | 35.039  | 0.000000|
| Feed rate × Tree species × Thermal modification | 159.56| 8                  | 19.95    | 0.416   | 0.910019|
| Error                          | 7192.26| 150                | 47.95    |         |         |

Table 6. Multiple factor analysis of variance in the case of fine fraction.

| Factor                          | SS    | Degrees of Freedom | MS       | F-Value | p-Value |
|--------------------------------|-------|--------------------|----------|---------|---------|
| Feed rate                      | 20.155| 2                  | 10.0775  | 2.1036  | 0.123295|
| Tree species                   | 44.086| 1                  | 44.0861  | 9.2028  | 0.002566|
| Thermal modification           | 370.456| 4                  | 92.6141  | 19.3328 | 0.000000|
| Feed rate × Tree species       | 1.301 | 2                  | 0.6507   | 0.1358  | 0.873021|
| Feed rate × Thermal modification | 11.405| 8                  | 1.4256   | 0.2976  | 0.966621|
| Tree species × Thermal modification | 24.391| 4                  | 6.0977   | 1.2729  | 0.279897|
| Feed rate × Tree species × Thermal modification | 8.424| 8                  | 1.0529   | 0.2198  | 0.987335|
| Error                          | 2012.016| 420              | 4.7905   |         |         |

3.1. Tree Species

Results associated with the particle percentage in individual mesh sieves, especially for oak, agree with the results mentioned by [38] for beech wood. The percentage of medium coarse fraction increased in modified beech wood compared to the coarse fraction of beech wood with feed rate.

When comparing the studied tree species, oak and spruce, there were certain differences in the granular composition. This probably is caused by the different contents of main chemical components (cellulose, hemicelluloses and lignin) in softwood and hardwood trees species. Hemicellulose content is higher in softwood species. Hemicelluloses are degraded, to a large extent, at lower temperatures. In the case of oak wood, the content of lignin and cellulose does not change until a temperature modification of 140 °C, a significant change is observed in the content of hemicelluloses with a decrease by approximately 75% [34]. In the case of other hardwood species, e.g., maple wood, this decrease occurs under same conditions, but only 19% in comparison to the native wood [55]. When spruce is thermally modified at the temperatures ranging between 110–270 °C, significant degradation starts at a temperature of 200 °C [53]. Some authors mentioned similar characteristics for degrading the individual wood components due to higher temperature [56,57].

3.2. Thermal Modification

A statistically significant effect of thermal modification on granularity of particles resulting from the longitudinal milling of oak and spruce wood was observed. There were increasing percentages of medium coarse, fine and dust fractions when the modification temperature increased. These increases were higher when compared to the coarse fraction of wood not thermally modified. A higher percentage of dust fraction (i.e., particles with the size ≤0.08 mm) representing the health and safety risk can be considered a negative feature of milling heat-treated wood. When milling thermally unmodified wood, these components did not occur or their percentage was too low. These findings are consistent with the statements of the authors dealing with the reduced strength, toughness and increased brittleness of thermally modified wood [1]. Similar results were mentioned by other authors focused on the processes of milling and sawing.
In other research, the particle size distribution obtained in planing (WEINIG Powermat 400) of thermally modified beech wood and steamed beech wood was different. The content of particles (thermally modified wood) smaller than 0.25 mm was up to 7 times higher than in particles of steamed beech wood. These results were the consequences of reduced cutting strength and increased brittleness of thermally modified wood. The percentage of airborne dust particles (particle size <90 μm) was up to 1.26% in chips of thermally modified wood [58].

Similar results were confirmed by Dzurenda [20] when sawing oak wood [59] and beech wood. Thermally modified oak and beech sawdust is finer than unmodified oak and beech sawdust.

By milling thermally modified beech wood and native beech wood using an spindle cutter with STEFF 2034 (altered rpm = 3000, 4500, 6000, 9000; \(v_c = 20, 30, 40 \text{ m}\cdot\text{s}^{-1} \); \(v_f = 4, 8, 11 \text{ m}\cdot\text{min}^{-1} \); tool geometry) the cumulative curves are shifted to the left for thermally modified beech wood [14]. Dust fraction, (i.e., particles below 125 μm) was less than 1% in the case of native beech wood samples and less than 4% in thermally modified beech wood samples. When maple wood was thermally modified at a temperature of up to 137.5 ± 2.5 °C, significant changes in granular composition of particles resulting from the process of milling using a CNC (computer numerical control) milling center were not confirmed as it is mentioned by [60]. Similar results of particle granularity using the frame saw when modifying wood with lower temperatures were observed in the case of beech and pine wood [44].

3.3. Feed Rate

In terms of feed rate and its effect on granularity, the impact of the feed rate itself on the granularity was not statistically significant, even though the higher feed rate corresponded with the greater real thickness of particles. This can be due to the same area size of particles which did not change depending upon the feed rate (\(f_{z1} < f_{z2}, \text{feed per tooth} \) when the depth of cut “e” remained the same, (Figure 5) or depending upon the shape of mesh sieves used in the analysis. The situation is different at the temperatures above 200 °C, when there is a significant brittleness of wood. It is suspected the increased brittleness is due to the reduction of natural resins and an increase in cell wall cellulose crystallinity [16,61]. Brittleness results from thermal modification (the effect is much more pronounced in coniferous species) and, therefore, there is easier disintegration of wood in the area of minimal chip thickness, which occurs at small values of the sliding speed (6 m·min⁻¹). This results in a statistically significant increase in fine and very fine fraction. Therefore, in term of generating fine and very fine particles, also in term of work efficiency, it is strongly recommended to use higher values of feed rate in the case of thermally modified wood milling.

![Figure 5](image.png)  
**Figure 5.** Particles resulting from milling, its different thickness when the feed per tooth is different \(f_{z}\). (h - nominal thickness of removed layer, \(e \) – depth of cut, \(b \) – thickness of sample).

The findings are consistent with other authors who mentioned the ambiguous effect of feed rate on granularity of formed particles in the case of native wood. Feed rate did not have any clear effect on airborne dust emissions in the process of peripheral milling using standard NC(numerical control)-machines [62]. The same conclusions were confirmed by other authors [63]. An increase in feed rate with open cuts (planing, milling) affects a decrease in percentage of particles up to 100 μm.
in size. However, with a closed cut, the effect of increasing feed rate does not always mean a decrease in smaller particles and it may even have a contrary effect [64].

4. Limitations

A milling head with new knives was used in the experiment (because of the desire for reproducibility). The running-in phase of the knives is characterized by the intensive initial wear of the cutting wedge which in terms of the particles formation mechanism may result in minor changes in their granulometric composition. This could have an impact on the removal value from the point of view of the cutting edge recess which may also affect the particle granulometric composition. However, we considered both influences to be less fundamental and, therefore, we did not consider them to be at work.

Due to the installation of the side and face cutter on the shaft of the lower single-spindle milling cutter, a mounting clearance between the clamping hole cutter and the cutter shaft was required (usually 0.5 mm). The mounting clearance caused the offset of the tool placement which can cause small variations in the cut particles’ thickness which in turn affects the particle granulometric composition.

The nature of particles produced in the milling process is foliate. As a result, the particles crumble into smaller pieces within the sieving interval and thus there is a slight shift of the particles granulometric composition downwards.

The maximum feed rate was selected at the level of 15 m.min⁻¹. It represents the maximum feed rate to maintain the long-term pace of manual work when loading the workpiece into the machine.

5. Conclusions

The following conclusions can be drawn:

1. In the case of longitudinal milling, the percentage of medium coarse, fine and very fine fractions increased as wood modification temperatures increased, especially as compared to the coarse fraction of native wood. Changes in granular composition in the case of oak wood were observed at a temperature of 160 °C and at higher temperatures. In the case of spruce wood, significant changes in granular composition occurred at modification temperatures of 200 and 220 °C.

2. At higher temperatures of modification, a dust fraction (i.e., elements with the size ≤ 0.08 mm) were observed. These particles are dangerous for humans as they are in the air and can penetrate deep into the airways and can get into the lung alveoli. The highest percentage of particles were observed at a temperature of 220 °C.

3. In terms of feed rate, at temperatures above 200 °C a significant brittleness of wood resulting from thermal modification occurred (the effect is much more significant in the case of coniferous trees). This results in a statistically significant increase in fine and very fine fractions with feed rate. Therefore, in terms of reducing fine and very fine particles, it is strongly recommended to use higher values of feed rate in the case of milling thermally modified wood.

4. In the case of the thermally modified wood, even though there is a significant increase of the dust fraction (elements with the size ≤ 0.08 mm), no particles were recorded of less than 0.032 mm. In terms of implications for practice, for the filtration of an air and dust particle mixture it is necessary to use filtration devices with a capture size limit of 0.032 mm. Cyclone suction is not suitable as the capture size is significantly higher for cyclones.
5. In general, performing a risk assessment and following the hierarchy of control is critical, with elimination of the hazard a priority. When working with wood, tools and work processes should be performed that minimize the dust produced. Moreover, tools and the workplace should have appropriate dust extraction and ventilation systems and must be checked and maintained regularly. Monitoring the dust level in the workplace may also be necessary. A well-fitted, effective respirator should also be used if other dust control measures are not practical [65–72]. It is also highly recommended to minimize the exposure time of personnel within the woodworking machine surroundings that create the dangerous dust.

**Author Contributions:** Conceptualization, A.O. and M.K.; methodology, R.I. R.R.; validation, R.K., R.R.; formal analysis, R.R. and L.K.; writing—original draft preparation, A.O. and L.K.; writing—review and editing, L.K. All authors have read and agreed to the published version of the manuscript.

**Funding:** This research was supported by the Slovak Research and Development Agency under contracts no. APVV-17-0583, APVV-17-0456 and APVV-18-0378, and VEGA 1/0717/19.

**Conflicts of Interest:** “The authors declare no conflict of interest.”

**References**

1. Esteves, B.M.; Pereira, H.M. Wood modification by heat treatment: A review. *Bioresources* 2009, 4, 370–404.
2. Kačíková, D.; Kačík, F.; Čabalová, I.; Ďurkovič, J. Effects of thermal treatment on chemical, mechanical and colour traits in Norway spruce wood. *Bioresour. Technol.* 2013, 144, 669–674.
3. Hill, C.A.S. Wood Modification: Chemical, Thermal and Other Processes; John Wiley and Sons: Hoboken, NJ, USA, 2006, pp.1–239.
4. Čabalová, I.; Kačík, F.; Zachar, M.; Dúbravský, R. Chemical changes of hardwoods at thermal loading by radiant heating. *Acta Facultatis Xylologiae*. Zvolen 2016, 58, 43–50.
5. Slabojiová, G., Vidholová, Z., Šmidtiaaková, M. Surface finishes for thermally modified beech wood. *Acta Facultatis Xylologiae* 2019, 61, 41–50.
6. Weiland, J.J.; Guyonnet, R. Study of chemical modifications and fungi degradation of thermally modified wood using DRIFT spectroscopy. *Eur. J. Wood Prod.* 2003, 61, 216–220.
7. Kocae, D.; Poncsak, S.; Boluk, Y. Effect of thermal treatment on the chemical composition and mechanical properties of birch and aspen. *Bioresources* 2008, 3, 517–537.
8. Kubovský, I., Oberhoinerová, E., Kačík, F., Pánek, M. Surface Changes of Selected Hardwoods Due to Weather Conditions. *Forests* 2018, 9, 557.
9. Kubovský, I.; Kačíková, D.; Kačík, F. Structural Changes of Oak Wood Main Components Caused by Thermal Modification. *Polymers* 2020, 12, 485.
10. Poncsak, S.; Kocae, D.; Bouazara, M.; Pichette, A. Effect of high temperature treatment on the mechanical properties of birch (Betula Papyrifera). *Wood Sci. Technol.* 2006, 40, 647–663.
11. Košúth, S., Némec, M., Petrik, J. Physical-acoustical characteristics of thermowood in relation to the manufacture of musical instruments. *Akustika* 2012, 17, 18–21.
12. Hrčková, M.; Koleda, P.; Koleda, P.; Barcík, Š.; Štefková, J. Color change of selected wood species affected by thermal treatment and sanding. *Bioresources* 2018, 13, 8956–8975.
13. Kvietková, M.; Gaff, M.; Gašparik, M.; Kaplan, L.; Barcík, Š. Surface Quality of Milled Birch Wood after Thermal Treatment at Various Temperatures. *Bioresources* 2015, 10, 6512–6521.
14. Kvietková, M.; Barcík, Š.; Aláč, P. Impact of angle geometry of tool on granulometric composition of particles during the flat milling of thermally modified beech. *Wood Res.* 2015, 60, 137–146.
15. Igaz, R.; Kmniak, R.; Krišťák, L.; Némec, M.; Gergel, T. Methodology of Temperature Monitoring in the Process of CNC Machining of Solid Wood. *Sustainability* 2019, 11, 95.
16. Aro, M.D.; Geerts, S.M.; French, S.; Cai, M. Particle size analysis of airborne wood dust produced from sawing thermally modified wood. *Eur. J. Wood. Wood. Prod.* 2019, 77, 211–218.
17. Kaplan, L.; Kvietková, M.; Sédlecký, M. Effect of the Interaction between Thermal Modification Temperature and Cutting Parameters on the Quality of Oak Wood. *BioResources* 2018, 13, 1251–1264.
18. Korčok, M.; Koleda, P.; Barčík, Š.; Očkajová, A.; Kučerka, M. Effect of technological and material parameters on final surface quality of machining when milling thermally treated spruce wood. Bioresources 2019, 14, 10004–10013.

19. Očkajová, A.; Barčík, Š.; Kučerka, M.; Koleda, P.; Korčok, M.; Vyhnaliková, Z. Wood dust granular analysis in the sanding process of thermally modified wood versus its density. BioResources 2019, 14, 8559–8572.

20. Dzurenda, L.; Orlowski, K.; Grzeskiewicz, M. Effect of thermal modification of oak wood on sawdust granularity. Drena Industrija 2010, 61, 89–94.

21. Hlásková, L.; Rogozinski, T.; Dolny, S.; Kopec ký, Z.; Jedínák, M. Content of respirable and inhalable fractions in dust created while sawing beech wood and its modifications. Drena 2015, 58, 135–146.

22. Koleda, P.; Barčík, Š.; Nociarová, A. Effect of Technological Parameters of Machining on Energy Efficiency in Face Milling of Heat-Treated Oak Wood. BioResources 2018, 13, 6133–6146.

23. Koleda, P.; Barčík, Š.; Naščík, L.; Svoreň, J.; Šťáková, J. Cutting power during lengthwise milling of thermally modified oak wood. Wood Res. 2019, 64, 637–548.

24. Kauppinen, T.; Vincent, R.; Liukkonen, T.; Grzebyk, M.; Kauppinen, A.; Welling, I.; Arezes, P.; Black, N.; Bochmann, F.; Campelo, F. Occupational exposure to inhalable wood dust in the member states of the European union. Ann. Occup. Hyg. 2006, 50, 549–561.

25. Cellai, F.; Capacci, F.; Sgarrella, C.; Poli, C.; Arena, L.; Tofani, L.; Giese, R.W.; Peluso, M.A. Cross-Sectional Study on 3-(2-Deoxy-β-D-Erythro-Pentafuranosyl)Pyrimido [1,2-a]Purin-10(3H)-One Deoxyguanosine Adducts among Woodworkers in Tuscany, Italy. Int. J. Mol. Sci. 2019, 20, 2763.

26. Marková, I.; Ladomsterský, J.; Hroncová, E.; Mráčková, E. Thermal parameters of beech wood dust. BioResources 2018, 13, 3098–3109.

27. Asgedom, A.A.; Bratveit, M.; Moen, B.E. High Prevalence of Respiratory Symptoms among Particleboard Workers in Ethiopia: A Cross-Sectional Study. Int. J. Environ. Res. Public Health 2019, 16, 2158.

28. Tureková, I.; Mráčková, E.; Marková, I. Determination of Waste Industrial Dust Safety Characteristics. Int. J. Environ. Res. Public Health 2016, 13, 209–222.

29. Binazzi, A.; Ferrante, P.; Marinaccio, A. Occupational exposure and sinonasal cancer: A systematic review and meta-analysis. BMC Cancer 2015, 15, 49.

30. Schlunssen, V.; Sigsgaard, T.; Raulf-Heimsoth, M.; Kesohl, S. Workplace exposure to wood dust and the prevalence of wood-specific sensitization. Allergol Select. 2018, 2, 101–110.

31. Canadian Center for Occupational Health and Safety. Wood Dust—Health Effects. Available online: https://www.ccohs.ca/oshanswers/chemicals/wood_dust.html (accessed on 14 January 2020).

32. Mráčková, E.; Krišťák, L.; Kučerka, M.; Gaff, M.; Gajtanska, M. Creation of wood dust during wood processing: Size analysis, dust separation, and occupational health. BioResources 2016, 11, 209–222.

33. Schlunssen, V. Asthma and other respiratory diseases among workers in the furniture industry occupationally exposed to wood dust. Dan. Med. Bull. 2001, 48, 191.

34. Douwes, J.; McLean, D.; Slater, T.; Pearce, N. Asthma and other respiratory symptoms in New Zealand pine processing sawmill workers. Am. J. Ind. Med. 2001, 39, 608–615.

35. Douwes, J.; Thorne, P.; Pearce, N.; Heederik, D. Bioaerosol health effects and exposure assessment: Progress and prospects. Ann. Occup. Hyg. 2003, 47, 187–200.

36. Očkajová, A.; Kučerka, M.; Krišťák, E.; Ígaz, R. Granulometric analysis of sanding dust from selected wood species. Bioresources 2018, 13, 7481–7495.

37. Report on Carcinogens Background Document for Wood Dust (NIH). Available online: https://ntp.niehs.nih.gov/ntp/newhomeroc/rc10/nd_no_appendices_508.pdf (accessed on 10 January 2020).

38. Piernik, M.; Rogozinski, T.; Krauss, A.; Pinkowski, G. The influence of the thermal modification of pine (Pinus sylvestris L.) wood on the creation of fine dust particles in plane milling: Fine dust creation in the plane milling of thermally modified pine wood. J. Occup. Health 2019, 61, 481–488.

39. Dzurenda, L.; Orlowski, K. The effect of thermal modification of ash wood on granularity and homogeneity of sawdust in the sawing process on a sash gang saw PRW 15-M in view of its technological usefulness. Drena 2011, 54, 27–37.

40. Sandak, J.; Goli, G.; Cetera, P.; Sandak, A.; Cavalli, A.; Todaro, L. Machinability of Minor Wooden Species before and after Modification with Thermo-Vacuum Technology. Materials 2017, 10, 121.

41. Krauss, A.; Piernik, M.; Pinkowski, G. Cutting power during milling of thermally modified pine wood. Drena Industrija 2016, 67, 215–222.
42. Kučerka, M.; Očkajová, A. Thermowood and granularity of abrasive wood dust. Acta Facultatis Xylogiae Zvolen 2018, 60, 43–51.
43. Mikušová, L.; Očkajová, A.; Dado, M.; Kučera, M.; Daníhelová, Z. Thermal Treatment’s Effect on Dust Emission During Sanding of Meranti Wood. BioResources 2019, 14, 5316–5326.
44. Orłowski, K.; Chuhalová, D.; Muzinski, T.; Baranski, J.; Bansi, A.; Rogozinski, T. The effect of wood drying method on the granularity of sawdust obtained during the sawing process using the frame sawing machine. Acta Facultatis Xylogiae Zvolen 2019, 61, 83–92.
45. Bekhta, P.; Niemz, P. Effect of high temperature on the changes in colour, dimensional stability and mechanical properties of spruce wood. Holzforschung 2003, 57, 539–546.
46. Hubbard, R.; Lewis, S.; Richards, K.; Johnston, I.; Britton, J. Occupational exposure to metal or wood dust and aetiology of cryptogenic fibrosing alveolitis. Lancet 1996, 347, 284–289.
47. Andersen, A.; Barlow, L.; Engeland, A.; Kjaerheim, K.; Lynge, E.; Pukkala, E. Work-related cancer in the Nordic countries. Scand. J. Work Environ. Health 1999, 25, 1–114.
48. Yu, M.C.; Yuan, J.M. Epidemiology of nasopharyngeal carcinoma. Semin. Cancer Biol. 2002, 12, 421–429.
49. The National Institute of Occupational Health and Safety. Wood Dust. Available online: http://www.cdc.gov/niosh/pel88/wooddust.html (accessed on 1 January 2020).
50. International Agency for Research on Cancer. Arsenic, Metals, Fibres, and Dusts: A Review of Human Carcinogens; IARC: Lyon, France, 2012, p. 527.
51. Dutch Expert Committee on Occupational Safety. Endotoxins: Health-Based Recommended Occupational Exposure Limit; Health Council of the Netherlands: The Hague, The Netherlands, 2010, p. 100.
52. IARC. Wood dust. A review of human carcinogens: Arsenic, metals, fibres, and dusts. In IARC Monographs on the Evaluation of Carcinogenic Risks to Humans/World HEALTH Organization; International Agency for Research on Cancer: Lyon, France, 2012.
53. Kačíková, D.; Kačík, F. Influence of thermal loading at spruce wood lignin alteration. Acta Facultatis Xylogiae Zvolen 2009, 51, 71–78.
54. Geffert, A.; Výbohová, E.; Geffertová, J. Changes in the chemical composition of oak wood due to steaming. Acta Facultatis Xylogiae Zvolen 2019, 61, 19–29.
55. Welzbacher, C.R.; Rassam, G.; Talaei, A.; Brischke, C. Microstructure, strength and structural integrity of heat-treated beech and spruce wood. Wood Mate. Sci. Eng. 2011, 6, 219–227.
56. Sedlecký, M.; Kvietková, M.S.; Kubš, J.; Kubový, P. The effect of milling parameters and thermal modification on power input during the milling of thermally modified spruce and oak wood. Bioresources 2019, 14, 669–687.
57. Sikora, A.; Kačík, F.; Gafi, M.; Vondrová, V.; Bubeníková, T.; Kubovský, J. Impact of thermal modification on color and chemical changes of spruce and oak wood. J. Wood Sci. 2018, 64, 406–416.
58. Beljo-Lučič, R.; Čavlović, A.; Dukić, I.; Jug, M.; Ištvanić, J.; Škaljić, N. Machining properties of thermally modified beech-wood compared to steamed beech-wood. In Proceedings of the 3rd International Scientific Conference—Woodworking technique, Zalesina. Zagreb: Faculty of Forestry, location of Conference, country, September 2-5, 2009.
59. Novák, D.; Kvasnová, P.; Volf, J.; Novák, V. Measurement of weld joint parameters and their mathematical modelling. Agron. Res. 2015, 17, 1127–1140.
60. Kminia, R.; Dzurenda, L. Impact of Sycamore Maple Thermal Treatment on a Granulometric Composition of Chips Obtained due to Processing on a CNC Machining Centre. Sustainability 2019, 11, 718.
61. Aro, M.; Brashaw, B.; Donahue, P. Mechanical and physical properties of thermally modified plywood and oriented strand board panels. Forest Prod. J. 2014, 64, 281–289.
62. Hammilä, P.; Gottlöber, Ch.; Welling, I. Effect of cutting parameters to dust and noise in wood cutting, laboratory and industrial tests. In Proceedings of the 16th IWMS. Part I: Oral presentation, Matsue, Japan, August 24-30, 2003, pp. 375–384.
63. Hlásková, L.; Rogozinski, T.; Kopecký, Z. Influence of feed speed on the content of fine dust during cutting of two-side-laminated particleboards. Drena Industrija 2016, 67, 9–15.
64. Beljo-Lučič, R.; Čavlović, A.; Ištvanić, J.; Dukić, I.; Kovačević, D. Granulometric analysis of chips generated from planing of different species of wood. In Proceedings of the 2nd ISC—Woodworking technique, Zalesina. Zagreb: Faculty of Forestry, location of Conference, country, Date Month 2007; pp. 207–213.
65. Priha, E.; Pennanen, S.; Rantio, T.; Uitti, J.; Liesivuori, J. Exposure to and Acute Effects of Medium-Density Fiber Board Dust. J. Occup. Environ. Hyg. 2004, 1, 738–744.
66. Kampf, R.; Lorincová, S.; Hitka, M.; Caha, Z. The Application of ABC Analysis to Inventories in the Automatic Industry Utilizing the Cost Saving Effect. *Nase More* 2016, 63, 120-125.
67. Nemli, G.; Akbulut, T.; Zekovic, E. Effects of Some Sanding Factors on the Surface Roughness of Particleboard. *Silva Fennica* 2007, 41, 373-378.
68. Hitka, M.; Lorincová, S.; Ližbetinová, L.; Bartáková, G.P.; Merková, M. Cluster analysis used as the strategic advantage of human resource management in small and medium-sized enterprises in the wood-processing industry. *Bioresources* 2017, 12, 7884-7897.
69. Boonstra, M.J.; Pizzi, A.; Ohlmeyer, M.; Paul, W. The effect of a two stage heat treatment process on the properties of particleboard. *Eur. J. Wood Wood Prod.* 2006, 64, 157–164.
70. Vlčková, M.; Gejdoš M.; Němec, M. Analysis of vibration in wood chipping process. *Akustika* 2017, 28, 106-110.
71. Siew, S.S.; Kauppinen, T.; Kyyronen, P.; Heikkila, P.; Pukkala, E. Occupational exposure to wood dust and formaldehyde and risk of nasal, nasopharyngeal, and lung cancer among Finnish men. *Cancer Manag. Res.* 2012, 4, 223–232.
72. Potkany, M., Gejdoš, M., Debnár, M. Sustainable Innovation Approach for Wood Quality Evaluation in Green Business. *Sustainability* 2018, 10, 2984.